



Measurement of Dielectric Constant in the Region of 6 mm Wavelength (111) 
Hisao YAGI， Teruo UCHIDA， Toshiaki TATUK.AWA 
(Received 27 September 1965) 
Dielectric constants of alkalihalide crystals in the region of 6 mm wavelength were 
measured by the high Q cavity method. The meaurement was performed at frequen-
cies as high as 45.3 GC/sec. and at temperatures from -1910C to 4230C， and then 






































































































によってι/ε。を算出した結果は第 1 表，第2表に示す通りである。ここで d はTEo国号ー.~につい
ての平均の共振軸長変化であるo
第1表 KCl結晶の誘電率 f=45.5GC/s T=20oC 
ト¥旦共振モ主軸-E7長m1l1¥田¥ O 0.48 1.95 3.04 3.68 一一
.eo .e，. t，. .e，. .e，. .e，. 
TEOl2 
TEo13 11.71 11.43 9.28 9.19 
TEou 15.62 15.34 13.18 13.09 10.91 
TEo15 19.52 19.24 17.08 16.99 14.37 
TEo16 23.42 23.14 20.98 20.90 18.71 
TEo17 27.32 22.61 22.18 
d =.e，.-to m.m. 5.14 
e，jeo 4.82 
粍波領域の誘電率の測定 (第3報〉 97 
第2表 KBγ結晶の誘電率 f=45.5GC/s T=20ロC
そ笠間¥o 0.84 1.985 3.015| 川
、共振軸長1/11/11-一一一一一一一一一一一一一一一 一一一
¥王士下、¥j ι f，，. I f，. I f，. P，. 
T E012 7.81 I 





































2 J 厚'~b，悌札 4
第4図 KCl， KBr結晶の誘電率









第4表 KCl結品の誘電率〈低温部) f=45.3GC/s 
温度。cI -19~I己~80 I -31I +24 
d開 I3.333 I 3.476 I 3.620 I 3.766 I 3.877 
ES/ε。 4.79 I 4.83 
4.87 
4.6 
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